Comparative Scanning Electron Microscopic Study of the Marginal Adaptation of Four Root-End Filling Materials in Presence and Absence of Blood

Behnam Bolhari¹, Kazem Ashofteh Yazdi¹, Farnood Sharifi², Salma Pirmoazen³

¹Associate Professor, Dental Research Center, Dentistry Research Institute, Tehran University of Medical Sciences, Tehran, Iran; Department of Endodontics, School of Dentistry, Tehran University of Medical Sciences, Tehran, Iran
²Postgraduate Student, Department of Endodontics, School of Dentistry, Tehran University of Medical Sciences, Tehran, Iran
³Corresponding author: S. Pirmoazen, Department of Endodontics, School of Dentistry, Tehran University of Medical Sciences, Tehran, Iran

Abstract

Objectives: The aim of this study was to evaluate marginal adaptation of mineral trioxide aggregate (MTA), calcium enriched mixture (CEM) cement, Biodentine and BioAggregate in presence of normal saline and human blood.

Materials and Methods: In this in-vitro experimental study, 80 extracted single-rooted human teeth were instrumented and filled with gutta-percha. After resecting the root-end, apical cavity preparation was done and the teeth were randomly divided into four groups of 20 (a total of eight subgroups). Root-end filling materials were placed in three-millimeter root-end cavities prepared ultrasonically. Half the specimens in each group were exposed to normal saline and the other half to fresh whole human blood. After four days, epoxy resin replicas of the apical portion of samples were fabricated and scanning electron microscopy analysis was performed to find gaps in the adaptation of the root-end filling materials at their interface with dentin. The Kruskal-Wallis and Mann-Whitney tests were used for statistical analysis of data with P<0.05 level of significance.

Results: There were no significant differences in marginal adaptation of the eight tested groups (P>0.05).

Conclusion: Based on the results, blood contamination does not affect the marginal adaptation of MTA, CEM cement, Biodentine or BioAggregate.

Keywords: Dental Marginal Adaptation; Mineral Trioxide Aggregate; BioAggregate

INTRODUCTION

Retrograde root canal filling following apicoectomy is an important procedure, aimed at hermetically sealing the root canal against the leakage of irritants from the canal into the periapical tissues. Insufficient retrograde seal is considered a major cause of treatment failure. Thus, it is important to choose a biocompatible root-end filling material with high sealing ability. Evaluation of the marginal adaptation of filling materials with dentinal walls can provide valuable information about their sealing ability [1]. Several root-end filling materials have been used such as amalgam, gutta-
percha, zinc oxide-eugenol cements, glass ionomer, composite resins, calcium hydroxide cements, and Mineral Trioxide Aggregate (MTA). Mineral trioxide aggregate is a mixture of dicalcium silicate, tricalcium silicate, tricalcium aluminate, tetra calcium aluminoferrite, bismuth oxide, gypsum and some other ingredients [2]. Since its introduction, MTA has shown superior sealing properties and marginal adaptation to other root end filling materials [3]. New root end filling materials are now available in dental market such as calcium enriched mixture (CEM) cement, Biodentine and BioAggregate. The manufacturers claim that these materials have biological properties similar to those of MTA. Calcium enriched mixture cement is composed of calcium hydroxide, calcium oxide, calcium phosphate, calcium sulfate, calcium carbonate and calcium silicate [4]. This material is similar to MTA but has much easier handling [4,5]. BioAggregate is a modified version of MTA. Most of its constituents are similar to those of white MTA; the main difference is that BioAggregate is aluminum-free. It is composed of tricalcium silicate, dicalcium silicate, calcium phosphate monobasic, and amorphous silicone dioxide with the addition of tantalum pentoxide, instead of bismuth oxide in MTA, for radiopacity [6,7].

Leal et al. concluded that BioAggregate and MTA had the same leakage properties [8]. Also, the antibacterial properties and biocompatibility of BioAggregate are the same as those of MTA [9]. It is believed that Biodentine has the same applications as MTA and it may play a role in dentinal repair. The powder includes tricalcium silicate, calcium carbonate and zirconium oxide as radiopaque agent and the liquid consists of water, calcium chloride as an accelerator of setting and water reducing agent, and a modified poly carboxylate as superplasticizer [10,11]. With respect to the available dental literature and lack of information on the marginal adaptation of BioAggregate and Biodentine and the effect of blood contamination on their properties, this study sought to evaluate and compare marginal adaptation of MTA, CEM cement, BioAggregate and Biodentine.

**MATERIALS AND METHODS**

**Sample selection**

Eighty single-rooted human teeth with straight roots were selected. Preoperative mesiodistal and buccolingual radiographs of each root were taken to verify that only one root canal was present and that there were no internal or external resorption or calcifications. All the specimens were immersed in 5.25% sodium hypochlorite for 24 hours and then they were stored in saline soaked gauze during the study period. The crowns were cut with a high-speed handpiece (W&H, TREND, Bürmoos, Austria) and a long cylindrical diamond bur (Tizkavan, Tehran, Iran) under water spray to prepare a standardized 15-mm tooth length from the root apex. To ensure that no cracks had been created in the specimens, they were all examined under a microscope (F170, Carl Zeiss AG, Jena, Germany) at ×25 magnification. Six specimens were cracked and replaced.

**Root canal treatment**

Working length was determined one millimeter short of the length determined by a # 10 K-file (Dentsply Maillefer, Ballaigues, Switzerland) with its tip visible at the apical foramen. Canals were shaped using the standard technique with ProTaper rotary files (Dentsply, Maillefer, Ballaigues, Switzerland). The preparation was started with SX file and followed by S1, S2, F1, F2 and F3 files. Between each two files, the canal was rinsed with 2mL of 5.25% sodium hypochlorite and the final rinsing was done with 5mL of normal saline. After drying with paper points (Meta Biomed Co., Ltd., Chungbuk, Korea), the canals were filled with size 30, 0.02 taper gutta-percha (Meta
Biomed Co., Ltd, Chungbuk, Korea) and AH26 sealer (Dentsply Maillefer, Ballaigues, Switzerland) using the conventional lateral compaction technique. Next, the teeth were wrapped in wet gauze and placed in an incubator at 37°C for 24 hours for complete setting of the filling materials.

Root-end preparation
The apical three millimeters of roots were sectioned perpendicular to the long axis of the tooth with a high-speed handpiece and a long cylindrical diamond bur under water spray. Then, a three-millimeter-deep root-end cavity was prepared using a retrotip (E32D, NSK, Tokyo, Japan) attached to an ultrasonic unit (Varios 970, NSK, Tokyo, Japan) under continuous irrigation with saline solution.

Root-end filling
Once the cavities were prepared, the teeth were randomly divided into four groups (n=20). The filling materials, Biodentine (Septodont, Saint Maur des Fossés, France), CEM cement (Bionique Dent, Tehran-Karaj, Iran), ProRoot MTA (Dentsply Maillefer, Tulsa, OK, USA) and Bioaggregate (Innovative BioCeramix, Vancouver, Canada) were mixed according to the manufacturer’s instructions. In order to have a homogenous mixture, the mixing procedure was carried out in capsules by means of an amalgamator adjusted at 4500 rpm for 30 seconds [12]. The filling materials were placed into root end cavities by a MTA carrier (Medesy, Maniago, Italy) and condensed with a plugger. Ten specimens in each group were placed in a 1.5 mL volume test tube with a cotton pellet moistened with blood; the remaining 10 specimens were placed in a test tube with a cotton pellet moistened with normal saline. The specimens were in contact with the cotton pellets. All the teeth were evaluated mesiodistally and buccolingually by radiographs. None of the samples had insufficient amount of root end filling materials or voids.

Thus, no sample was replaced and the materials in all samples were well condensed. The specimens were stored in an incubator (37°C and 100% humidity) for 96 hours. Next, they were removed from the incubator and their complete setting was ensured using a #15 K-file (Dentsply Maillefer, Ballaigues, Switzerland).

Preparation of resin replicas and image analysis:
The impression of the resected root surfaces and cavities was obtained using additional silicone (Panasil®, Kettenbach GmbH & Co. KG., Germany) by means of customized mini-trays made by cutting the tip of test tubes. The technique used for making the impressions was single stage with heavy and extra-light consistency. The replicas were obtained by pouring the mixture of 2/1 w/w epoxy resin (Epoxyran8060, Tehran, Iran) and hardener (Epoxyran1946, Tehran, Iran) into the set impressions. Then, the trays were stored for 24 hours for final setting. Set replicas were evaluated for bubbles and in case of any imperfection, the pouring procedure was repeated. Replicas were mounted on aluminum stubs, sputter-coated with gold and examined and photographed at x40 to x2000 magnifications using scanning electron microscopy (SEM) (S4160, Hitachi, Tokyo, Japan). To measure the gap width at the tooth-filling interface, the area of each micrograph was divided into 16 portions; on each portion, the greatest width was determined visually and measured with field emission scanning electron microscope (FESEM) software, and recorded in micrometer in Excel software (version 2010, Microsoft, IL, USA). The mean value of these 16 measurements was calculated and recorded as the maximum mean value of the marginal gap for that specimen. These calculations were repeated for each of the 10 specimens and the mean value of these 10 measurements was reported as the maximum mean value of marginal gap in each subgroup.
**Statistical analysis:**
The effect of media (normal saline or blood) on the marginal adaptation in each group was analyzed using the Mann-Whitney test. The marginal gap of the four materials in each medium was compared using the Kruskal-Wallis test with P<0.05 level of significance. Data were analyzed using SPSS 18 software (Microsoft, IL, USA).

**RESULTS**
The mean value and standard deviation (SD) of the marginal gap in each group are summarized in Table 1. There was no significant difference in the measured marginal gap between the four filling materials (P>0.05). There was no significant difference between the effect of normal saline and blood on the marginal adaptation of the four different filling materials either (P>0.05) (Fig. 1). In general, the difference among the measured marginal gap in the eight groups was not significant (P>0.05).

**DISCUSSION**
There are conflicting results reported in the literature about the relationship of marginal adaptation and sealing ability of root end filling materials. Some authors believe that there is no relationship between the marginal adaptation and the sealing properties of root end filling materials [13,14], while some others concluded otherwise [1,15,16]. However, considering the controversial results and limitations, it seems that evaluating marginal adaptation of root end filling materials with root dentin can provide valuable information about their apical sealability [1]. Evidence shows that MTA as a root end filling material has an acceptable marginal adaptation, which is superior to that of other materials like amalgam, IRM®, Super-EBA™ and Vitremer [13,15-21]. Numerous studies have investigated different properties of CEM cement, BioAggregate and Biodentine including their antimicrobial properties, effects on reparative dentin, connective tissue reactions, cytotoxicity, chemotactic effects and bacterial leakage, and the results of these studies have been encouraging [6,8-11,22-44]. Except one [45], there were no other studies on the marginal adaptation of these materials in comparison with one another. In the current study, we used SEM to evaluate marginal adaptation. There are some disadvantages with SEM like its two dimensional nature and the potential separation of the filling material from the root dentin or crack formation in hard tissue when using high vacuum type. In order to overcome the two dimensional limitations, some researchers like Torabinejad et al. [16] and Abdal and Retief [14] used longitudinal sections in addition to cross sections; but conflicting results were obtained using this method. They attributed this to artificial gaps as the result of longitudinal sectioning [14,16,46]. Therefore, longitudinal sections were not made in the current study. Replicas were used in the current study since many reports are available on the successful use of this method. Producing replicas prevents expansion and contraction of tooth structure or root end filling material that occur during sputter coating and alter the results [1,13,15-17,20,47,48]. Torabinejad et al. indicated that replicas like teeth showed artificial gaps at the interface of root end filling material and root dentin as the result of longitudinal sectioning [16].

**Table 1.** Results of microleakage assessment of the eight experimental groups

| Group   | Mean (μm) | Variance (μm) |
|---------|-----------|---------------|
| BioD/NS | 0.50      | 0.58          |
| BioD/B  | 1.58      | 1.73          |
| CEM/NS  | 1.13      | 0.78          |
| CEM/B   | 1.36      | 1.17          |
| BioA/NS | 0.66      | 1.11          |
| BioA/B  | 1.53      | 0.88          |
| MTA/NS  | 0.81      | 1.14          |
| MTA/B   | 1.36      | 1.37          |
Fig. 1.
A. Micrograph of root dentin-BioAggregate interface exposed to normal saline (×200)
B. Micrograph of root dentin- BioAggregate interface exposed to human blood (×200)
C. Micrograph of root dentin- Biodentine interface exposed to normal saline (×200)
D. Micrograph of root dentin- Biodentine interface exposed to human blood (×200)
E. Micrograph of root dentin- CEM interface exposed to normal saline (×200)
F. Micrograph of root dentine- CEM interface exposed to human blood (×200)
G. Micrograph of root dentine- MTA interface exposed to normal saline (×200)
H. Micrograph of root dentine- MTA interface exposed to human blood (×200)
In a SEM study, Gondim et al. reported that hard tissue details were not lost in replicas when compared to teeth [49]. In order to minimize the risk of crack formation in the specimens, ultrasonic device was used with no hand pressure. Another measure taken to control cracks was preparing the canals up to size F3 file so that after sectioning, the three-millimeter diameter of the root end would fit the retrotip and this would diminish the strokes that could make the root susceptible to cracks. Despite all these measures, the specimens were checked under a dental microscope at ×25 magnification in different steps throughout the study. In a SEM study, Torabinejad et al. measured gap width at the interface of root end filling material and tooth on four points on a micrograph and the mean value of these four measurements was reported in micrometer as the gap width of that specimen. The amount obtained for each specimen was calculated and the mean value was reported as gap width of the study group. The value reported for MTA was 2.68 ± 1.33μm [16]. Badr reported similar results. He studied replicas in both cross sections and longitudinal sections and reported the gap mean value as 1.59±0.615 μm and 2.141±0.530 μm, respectively [20]. To be accurate, in the current study, the measurements were made in 16 portions and for each portion, the maximum gap value was reported. Our investigation showed no significant difference among the four root-end filling materials. The explanation may lie in the fact that all of the investigated materials had similar composition with calcium silicate as their main constituent. As in the study conducted by Costa et al, for evaluation of the marginal adaptation of five root-end filling materials, materials containing calcium oxide (MTA and Portland cement) showed similar results [15]. Another explanation for their similar marginal adaptation may be the method of mixing applied in the filling procedure that creates almost the same flow and consistency of filling materials.

In the current study, blood did not significantly affect the marginal adaptation of the root end filling materials. According to the dental literature, MTA’s physical properties like resistance to displacement and microhardness decrease by blood contamination, which may be due to the effect of blood on the configuration of crystals and prevention of acicular crystal formation. It also has a short-term adverse effect on calcium hydroxide crystals [50-54]. Two in vitro studies investigated the effect of blood on CEM cement and reported its unfavorable effects on physical properties of CEM [50,55]. Torabinejad et al. assessed root-end dye microleakage in dry and blood contaminated environments. They found that the mean dye leakage of MTA contaminated with blood did not change significantly, which was in line with our results [56]. This result regarding the effect of blood cannot be generalized to the in vivo condition; because the duration of exposure of root end filling material to blood cannot be exactly simulated in vitro. By preventing the blood from coagulation in vitro, the clinical situation can be better simulated. But to make it happen, using anticoagulant agents does not seem logical since their effect on root end filling material is not clear. However, some published studies reported unfavorable effects of citrate as an anticoagulant on MTA setting [52,53]. The effect of blood on marginal adaptation needs to be further investigated.

CONCLUSION

This study showed that marginal adaptation of MTA, CEM cement, Biodentine and BioAggregate was not adversely affected by blood contamination.

REFERENCES

1- Stabholz A, Friedman S, Abed J. Marginal adaptation of retrograde fillings and its correlation with sealability. J Endod. 1985 May;11 (5):218-23.
2- Sarkar NK, Caicedo R, Ritwik P, Moiseyeva R, Kawashima I. Physicochemical basis of the biologic properties of mineral trioxide aggregate. J Endod. 2005 Feb;31(2):97-100.

3- Torabinejad M, Watson TF, Pitt Ford TR. Sealing ability of a mineral trioxide aggregate when used as a root end filling material. J Endod. 1993 Dec;19(12):591-5.

4- Amini Ghazvini S, Abdo Tabrizi M, Kobarfard F, Akbarzadeh Baghban A, Asgary S. Ion release and pH of a new endodontic cement, MTA and Portland cement. Iran Endod J. 2009 Spring;4(2):74-8.

5- Razmi H, Shokouhinejad N, Fekrazad R, Motahhary P, Alidoust M. Comparison of the sealing ability of two root-end filling materials (MTA and CEM cement) following retropreparation with ultrasonic or Er, Cr: YSGG laser. J Dent Med 2010 Winter;22(4):144-51.

6- Hashem AA, Wanees Amin SA. The effect of acidity on dislodgment resistance of mineral trioxide aggregate and bioaggregate in furcation perforations: an in vitro comparative study. J Endod. 2012 Feb;38(2):245-9.

7- Park JW, Hong SH, Kim JH, Lee SJ, Shin SJ. X-ray diffraction analysis of White Pro-Root MTA and Diadent BioAggregate. Oral Surg Oral Med Oral Pathol Oral Radiol Endod. 2010 Jan;109(1):155-8.

8- Leal F, De-Deus G, Brandão C, Luna AS, Fidel SR, Souza EM. Comparison of the root-end seal provided by bioceramic repair cements and White MTA. Int Endod J. 2011 Jul;44(7):662-8.

9- Yan P, Yuan Z, Jiang H, Peng B, Bian Z. Effect of bioaggregate on differentiation of human periodontal ligament fibroblasts. Int Endod J. 2010 Dec;43(12):1116-21.

10- Laurent P, Camps J, De Meo M, Dejou J, About I. Induction of specific cell responses to a Ca(3)SiO(5)-based posterior restorative material. Dent Mater. 2008 Nov;24(11):1486-94.

11- Laurent P, Camps J, About I. Biodentine (TM) induces TGF-beta1 release from human pulp cells and early dental pulp mineralization. Int Endod J. 2012 May;45(5):439-48.

12- Basturk FB, Nekoofar MH, Gunday M, Dummer PM. The effect of various mixing and placement techniques on the compressive strength of mineral trioxide aggregate. J Endod. 2013 Jan;39(1):111-4.

13- Costa AT, Post LK, Xavier CB, Weber JB, Gerhardt-Oliveira M. Marginal adaptation and microleakage of five root-end filling materials: an in vitro study. Minerva Stomatol. 2008 Jun;57(6):295-300.

14- Abdal AK, Retief DH. The apical seal via the retro-surgical approach. I.A. preliminary study. Oral Surg Oral Med Oral Pathol. 1982 Jun;53(6):614-21.

15- Costa AT, Konrath F, Dedavid B, Weber JB, de Oliveira MG. Marginal adaptation of root-end filling materials: an in vitro study with teeth and replicas. J Contemp Dent Pract. 2009 Mar;10(2):75-82.

16- Torabinejad M, Smith PW, Kettering JD, Pitt Ford TR. Comparative investigation of marginal adaptation of mineral trioxide aggregate and other commonly used root-end filling materials. J Endod. 1995 Jun;21(6):295-9.

17- Gondim E, Zaia AA, Gomes BP, Ferraz CC, Teixeira FB, Souza-Filho FJ. Investigation of the marginal adaptation of root-end filling materials in root-end cavities prepared with ultrasonic tips. Int Endod J. 2003 Jul;36(7):491-9.

18- Xavier CB, Weismann R, de Oliveira MG, Demarco FF, Pozza DH. Root-end filling materials: apical microleakage and marginal adaptation. J Endod. 2005 Jul;31(7):539-42.

19- Bidar M, Moradi S, Jafarzadeh H, Bidad S. Comparative SEM study of the marginal adaptation of white and grey MTA and Portland cement. Aust Endod J. 2007 Apr;33(1):2-6.

20- Badr AE. Marginal adaptation and cytotoxicity of bone cement compared with amalgam and mineral trioxide aggregate as root-end filling materials. J Endod. 2010 Jun;36(6):
Bolhari et al. Comparative Scanning Electron Microscopic Study of the Marginal ...

1056-60.
21- Munhoz MF, Marchesan MA, Cardoso DR, Silva SR, Silva-Sousa YT, Sousa-Neto MD. Quantitative 3D profilometry and SEM analysis of the adaptation of root-end filling materials placed under an optical microscope. Int Endod J. 2011 Jun;44(6):560-6.
22- Asgary S, Eghbal MJ, Parirokh M, Torabzadeh H. Sealing ability of three commercial mineral trioxide aggregates and an experimental root-end filling material. Iran Endod J. 2006 Fall;1(3):101-5.
23- Asgary S, Eghbal MJ, Parirokh M, Ghoddusi J. Effect of two storage solutions on surface topography of two root-end fillings. Aust Endod J. 2009 Dec;35(3):147-52.
24- Asgary S, Shahabi S, Jafarzadeh T, Amini S, Kheirieh S. The properties of a new endodontic material. J Endod. 2008 Aug;34(8):990-3.
25- Asgary S, Kamrani FA. Antibacterial effects of five different root canal sealing materials. J Oral Sci. 2008 Dec;50(4):469-74.
26- Asgary S, Akbari Kamrani F, Taheri S. Evaluation of antimicrobial effect of MTA, calcium hydroxide, and CEM cement. Iran Endod J. 2007 Fall;2(3):105-9.
27- Hasan Zarrabi M, Javidi M, Naderinasab M, Gharechahi M. Comparative evaluation of antimicrobial activity of three cements: new endodontic cement (NEC), mineral trioxide aggregate (MTA) and Portland. J Oral Sci. 2009 Sep;51(3):437-42.
28- Ghoddusi J, Tavakkol Afshari J, Donyavi Z, Brook A, Disfani R, Esmaeelzadeh M. Cytotoxic effect of a new endodontic cement and mineral trioxide aggregate on L929 line culture. Iran Endod J. 2008 Spring;3(2):17-23.
29- Asgary S, Eghbal MJ, Parirokh M, Ghavnavati F, Rahimi H. A comparative study of histologic response to different pulp capping materials and a novel endodontic cement. Oral Surg Oral Med Oral Pathol Oral Radiol Endod. 2008 Oct;106(4):609-14.
30- Tabarsi B, Parirokh M, Eghbal MJ, Haghdoost AA, Torabzadeh H, Asgary S. A comparative study of dental pulp response to several pulpotomy agents. Int Endod J. 2010 Jul;43(7):565-71.
31- Asgary S, Ehsani S. Permanent molar pulpotomy with a new endodontic cement: A case series. J Conserv Dent. 2009 Jan;12(1):31-6.
32- Nosrat A, Seifi A, Asgary S. Pulpotomy in caries-exposed immature permanent molars using calcium-enriched mixture cement or mineral trioxide aggregate: a randomized clinical trial. Int J Paediatr Dent. 2013 Jan;23(1):56-63.
33- Asgary S, Eghbal MJ, Parirokh M, Ghoddusi J, Kheirieh S, Brink F. Comparison of mineral trioxide aggregate's composition with Portland cements and a new endodontic cement. J Endod. 2009 Feb;35(2):243-50.
34- Ghorbani Z, Kheirieh S, Shadman B, Eghbal MJ, Asgary S. Microleakage of CEM cement in two different media. Iran Endod J. 2009 Summer;4(3):87-90.
35- Asgary S, Eghbal MJ, Parirokh M. Sealing ability of a novel endodontic cement as a root-end filling material. J Biomed Mater Res A. 2008 Dec 1;87(3):706-9.
36- Asgary S, Eghbal MJ, Ehsani S. Periradicular regeneration after endodontic surgery with calcium-enriched mixture cement in dogs. J Endod. 2010 May;36(5):837-41.
37- Shabahang S, Torabinejad M, Boyne PP, Abedi H, McMillan P. A comparative study of root-end induction using osteogenic protein-1, calcium hydroxide, and mineral trioxide aggregate in dogs. J Endod. 1999 Jan;25(1):1-5.
38- Nosrat A, Asgary S, Eghbal MJ, Ghoddusi J, Bayat-Movahed S, Oct;14(4):427-31. Calcium-enriched mixture cement as artificial apical barrier: A case series. J Conserv Dent. 2011 Oct;14(4):427-31.
39- El Sayed M, Saeed M. In vitro comparative study of sealing ability of Diadent BioAg-
aggregate and other root-end filling materials. J Conserv Dent. 2012 Jul;15(3):249-52.
40- Hashem AA, Wanees Amin SA. The effect of acidity on dislodgment resistance of mineral trioxide aggregate and bioaggregate in furcation perforations: an in vitro comparative study. J Endod. 2012 Feb;38(2):245-9.
41- Yuan Z, Peng B, Jiang H, Bian Z, Yan P. Effect of bioaggregate on mineral-associated gene expression in osteoblast cells. J Endod. 2010 Jul;36(7):1145-8.
42- Koubi S, Elmerini H, Koubi G, Tassery H, Camps J. Quantitative evaluation by glucose diffusion of microleakage in aged calcium-silicate-based open-sandwich restorations. Int J Dent. 2012;1058-63.
43- Han L, Okiji T. Uptake of calcium and silicon released from calcium-silicate-based endodontic materials into root canal dentine. Int Endod J. 2011 Dec;44(12):1081-7.
44- Villat C, Tran XV, Pradelle-Plasse N, Ponthiaux P, Wenger F, Grosogoeat B, et al. Impedance methodology: A new way to characterize the setting reaction of dental cements. Dent Mater. 2010 Dec;26(12):1127-32.
45- Bidar M, Disfani R, Asgary S, Forghani M, Gharagozlo S, Rouhani A. Effect of calcium hydroxide premedication on the marginal adaptation of calcium-enriched mixture cement apical plug. Dent Res J (Isfahan). 2012 Nov;9(6): 706-9.
46- Abdal AK, Retief DH, Jamison HC. The apical seal via the retrosurgical approach. II. An evaluation of retrofitting materials. Oral Surg Oral Med Oral Pathol. 1982 Aug;54(2): 213-8.
47- Shipper G, Grossman ES, Botha AJ, Cleaton-Jones PE. Marginal adaptation of mineral trioxide aggregate (MTA) compared with amalgam as a root-end filling material: a low-vacuum (LV) versus high-vacuum (HV) SEM study. Int Endod J. 2004 May;37(5):325-36.
48- Zerbinati LP, Tonietto L, de Moraes JF, de Oliveira MG. Assessment of marginal adaption after apicoectomy and apical sealing with Nd:YAG laser. Photomed Laser Surg. 2012 Aug;30(8):444-50.
49- Gondim E Jr, Gomes BP, Ferraz CC, Teixeira FB, Souza-Filho FJ. Effect of sonic and ultrasonic retrograde cavity preparation on the integrity of root apices of freshly extracted human teeth: scanning electron microscopy analysis. J Endod. 2002 Sep;28(9):646-50.
50- Rahimi S, Ghasemi N, Shahi S, Lotfi M, Froughreyhani M, Milani AS, et al. Effect of blood contamination on the retention characteristics of two endodontic biomaterials in simulated furcation perforations. J Endod. 2013 May;39(5):697-700.
51- Nekoofar MH, Davies TE, Stone D, Basturk FB, Dummer PM. Microstructure and chemical analysis of blood-contaminated mineral trioxide aggregate. Int Endod J. 2011 Nov;44(11):1011-8.
52- Nekoofar MH, Oloomi K, Sheykhrezae MS, Tabor R, Stone DF, Dummer PM. An evaluation of the effect of blood and human serum on the surface microhardness and surface microstructure of mineral trioxide aggregate. Int Endod J. 2010 Oct;43(10):849-58.
53- Nekoofar MH, Stone DF, Dummer PM. The effect of blood contamination on the compressive strength and surface microstructure of mineral trioxide aggregate. Int Endod J. 2010 Sep;43(9):782-91.
54- Vanderweele RA, Schwartz SA, Beeson TJ. Effect of blood contamination on retention characteristics of MTA when mixed with different liquids. J Endod. 2006 May;32(5):421-4.
55- Hasheminia M, Loriaei Nejad S, Asgary S. Sealing Ability of MTA and CEM Cement as Root-End Fillings of Human Teeth in Dry, Saliva or Blood-Contaminated Conditions. Iran Endod J. 2010 Fall;5(4):151-6.
56- Torabinejad M, Higa RK, McKendry DJ, Pitt Ford TR. Dye leakage of four root end filling materials: effects of blood contamination. J Endod. 1994 Apr;20(4):159-63.